Silicon Crystal Growth and Wafer Processing for High Efficiency Solar Cells and High Mechanical Yield

Preprint

A. Karoui, G.A. Rozgonyi, R. Zhang
North Carolina State University

T. Ciszek
NREL

To be presented at the NCPV Program Review Meeting
Lakewood, Colorado
14-17 October 2001

National Renewable Energy Laboratory
1617 Cole Boulevard
Golden, Colorado 80401-3393

NREL is a U.S. Department of Energy Laboratory
Operated by Midwest Research Institute • Battelle • Bechtel
Contract No. DE-AC36-99-GO10337
The submitted manuscript has been offered by an employee of the Midwest Research Institute (MRI), a contractor of the US Government under Contract No. DE-AC36-99GO10337. Accordingly, the US Government and MRI retain a nonexclusive royalty-free license to publish or reproduce the published form of this contribution, or allow others to do so, for US Government purposes.

This report was prepared as an account of work sponsored by an agency of the United States government. Neither the United States government nor any agency thereof, nor any of their employees, makes any warranty, express or implied, or assumes any legal liability or responsibility for the accuracy, completeness, or usefulness of any information, apparatus, product, or process disclosed, or represents that its use would not infringe privately owned rights. Reference herein to any specific commercial product, process, or service by trade name, trademark, manufacturer, or otherwise does not necessarily constitute or imply its endorsement, recommendation, or favoring by the United States government or any agency thereof. The views and opinions of authors expressed herein do not necessarily state or reflect those of the United States government or any agency thereof.

Available electronically at http://www.osti.gov/bridge

Available for a processing fee to U.S. Department of Energy and its contractors, in paper, from:
U.S. Department of Energy
Office of Scientific and Technical Information
P.O. Box 62
Oak Ridge, TN 37831-0062
phone: 865.576.8401
fax: 865.576.5728
email: reports@adonis.osti.gov

Available for sale to the public, in paper, from:
U.S. Department of Commerce
National Technical Information Service
5285 Port Royal Road
Springfield, VA 22161
phone: 800.553.6847
fax: 703.605.6900
email: orders@ntis.fedworld.gov
online ordering: http://www.ntis.gov/ordering.htm

Printed on paper containing at least 50% wastepaper, including 20% postconsumer waste
Silicon Crystal Growth and Wafer Processing for High Efficiency Solar Cells and High Mechanical Yield

A. Karoui, G. A. Rozgonyi, R. Zhang, and T. Ciszek*
Materials Science and Engineering Dept.
North Carolina State University, Raleigh, NC 27695-7916
*NREL, Golden, CO, 80401

ABSTRACT

We are studying the impact of nitrogen doping of FZ and Cz silicon on the minority carrier lifetime through the correlation of electrical and structural properties. Minority carrier lifetime of dislocated FZ Si is measured by laser-Microwave Photo-Conductance Decay (µPCD) and correlated with X-Ray Topography (XRT). Identification of dislocation related traps and their effect on minority carrier lifetime is carried out using Electron Beam Induced Current (EBIC) and Deep Level Transient Spectroscopy (DLTS). In addition, defects in heat treated nitrogen doped Cz Si wafers were delineated by Wright etching and the extended defect size distribution was measured by Oxygen Precipitate Profiler (OPP). SIMS profiles showed a strong coupling of oxygen with nitrogen.

Preliminary work on a novel process for external gettering by creating a band of silicon dioxide precipitation on top of a denuded zone via nitrogen doping is presented. The precipitate band is unique to N doping and is very shallow. When etched, it produces a uniform and efficient texture for light trapping and simultaneously eliminates the impurity sink, in essence the tailored gettering shallow region. The minimal specular reflectance reached is ~4%.

1. Introduction

Float zone (FZ) Si ingots grown in NREL are ultra pure and have the highest minority carrier lifetime [1]. Used for PV, this material can produce the highest efficiency planar solar cells for normal illumination as well as high concentration. However, it suffers high yield loss due to breakage and is expected to cause in-field performance degradation due to slip dislocations. Breakage and yield/performance improvements are key issues for future thin FZ wafers for PV. Therefore, it is necessary to study the basic mechanisms and interplay between nuclei and chemical clusters [2], oxygen precipitation and also the crystal response to the presence of metallic impurities. As a means to merge the benefits of both FZ and Cz crystals, it is planned to vary the oxygen content and/or dope FZ Si, grown in NREL, with nitrogen in order to maintain high minority carrier lifetime, by reducing carrier recombination at precipitates, while improving the hardness.

2. Main results

Longitudinally cut slugs from ingots grown at NREL were examined at NCSU in a non-destructive fashion by µPCD, see Fig. 1(a), and x-ray topography, see Fig. 1(b).

Fig. 1: (a) µPCD lifetime map of a dislocated FZ Si slug H=130 mm, W=28 mm. (b) XRT of the upper portion.

One can immediately note that the average values of 70-80 µs in the heavily dislocated areas are in principle, still quite good for PV applications. This is attributed to the fact that the dislocations are “clean” in this high purity FZ crystal and relatively electrically inactive. Correlation of the lifetime variations in FZ Si with the dislocation density is made by EBIC after a very light defect decoration with Cu and Fe, this study will be detailed elsewhere [3].

Nitrogen doped Cz Si (N-Cz) wafers heat treated for denuded zone (DZ), with either Lo-Hi or Hi-Lo-Hi processes, exhibited a shallow defect band, limited to the first 1-2 µm of the traditional defect free denuded zone [4]. The defect density depth profiles were obtained by Oxygen Precipitate Profiler (OPP), see Fig. 2(a). The O and N SIMS profiles, shown in Fig. 2(b), demonstrate a clear coupling of the O and N in that shallow defect band; such a coupling goes further beyond the DZ [5]. The fact that it is nitrogen enhancing the nucleation of near-surface oxygen precipitation is evident from the SIMS N and O depth profiles. Although OPP and SIMS measurements were done on N-Cz Si materials grown in different conditions and the temperature of the nucleation step (Lo) had a 100 degrees difference, the defects appear clearly to be due to an interaction between N and O atoms while diffusing and clustering in the vicinity of the wafer surface [5].

The near surface defect band, which getters grown-in impurities, forms upon etching a textured surface that has very low reflectance. Typical texture produced by a 1 min preferential Wright etching is shown in Fig. 3(a). The reflectance, measured by a Filmetrics F20 Reflectometer with a detection solid angle of ~8°, is given in Fig. 3(b) for different wafer annealing conditions; i.e. different precipitate sizes in the near surface zone. A dramatic
A manufacturing compatible process is currently being studied which would generate a surface micro-structure suited for junction fabrication. This process consists of two simple etching steps (i) dense pit nucleation with Wright etching, a typical highly stress sensitive etching process by defect decoration, followed by (ii) pit growth using the highly anisotropic etching in an alkali solution. During the etching step, the impurity sink layer is removed along with any undesirable chemical traces from the Wright etching. Figure 4 provides the reflectance of an N-Cz wafer heat treated at 750°C/8hrs and 1050°C/16hrs for different KOH etching times. Figure 5 shows the structure of pits grown at O precipitates and SF sites, in connection to the reflectance curves reported in Fig. 4.

3. Conclusion

Nitrogen doping of FZ silicon is expected to provide a robust option for improving the mechanical properties of wafers, while preserving high minority carrier lifetime. In Cz Si, N doping reduces the strain around the precipitates thus decreases their gettering effects. A near-surface defect band found in N-Cz heat treated wafers can be used beneficially to getter grown-in impurities, to the wafer surface, and to simultaneously obtain a high quality surface texture, necessary for light trapping.

The goal of the NCSU-NREL joint project, which is partly supported by the SiWEDS [6], is to improve the FZ Si material via (i) N doping, (ii) control of O concentration and (iii) engineering the process induced extended defects. Also the integration of N doping beneficial features into a solar cell fabrication process will be considered. Study of external impurity gettering via the newly found N related shallow defect band and optimization of the reflectance are planned.

Acknowledgements:
This work has been done for the newly awarded NREL-NCSU joint project and is partially supported by SiWEDS [6]. Ultra high purity FZ slugs and N-CZ silicon wafers were supplied by NREL and SiWEDS, respectively.

References: